Colloidal PbTe-Au Nanocrystal Heterostructures

Isabella R. Franchini¹,², Giovanni Bertoni³, Andrea Falqui⁴, Cinzia Giannini⁵, Lin Wang Wang⁶ and Liberato Manna¹

¹Fondazione Istituto Italiano di Tecnologia, Via Morego 30, 16163 Genova, Italy
²National Nanotechnology Laboratory of CNR-INFM, Via per Arnesano km 5, I-73100 Lecce, Italy
³CNR-Istituto di Cristallografia (IC), Via Amendola 122/Q, I-70126, Bari, Italy
⁴Computational Research Division, Lawrence Berkeley National Laboratory, Berkeley, California, USA 94720
*corresponding author: Liberato Manna, liberato.manna@iit.it, tel +39 010 71781502

Supporting Information

Figure S1. TEM images of dimeric structures occasionally found in the “close to cubic-shaped” PbTe nanocrystals that were formed when pumping was applied.

A typical dimeric structure was characterized by two nanocrystals with different orientations and is shown in Figure S1a. The nanocrystal numbered as “1” presents a pseudo-hexagonal symmetry consistent with a [011] axial projection of an fcc lattice, with the direction <200> perpendicular to the (200) facet, the latter acting as first interface. The nanocrystal numbered as “2” has a different orientation: its square symmetry is consistent with a [001] fcc axis projection, where the <220> direction is perpendicular to the (220) facet, which acts as second interface. It is then possible to identify two contact interfaces, namely (200) and (220) for nanocrystal 1 and 2, respectively. Moreover, the nanocrystals have equivalent <200> directions forming an angle of 45°. The second case is represented by nanocrystals formed most likely via oriented attachment and is shown in Figure S1b. Here, two fused PbTe nanocrystals have the same <020> crystallographic orientation and are in the same [001] fcc axis projection. It is not possible to distinguish a net interface, so the two nanocrystals can be considered as a forming a single object.
Figure S2. Reaction of PbTe nanocrystals with the AuCl₃ solution at room temperature.

Typical TEM images of PbTe nanocrystals reacted with the AuCl₃ solution at room temperature. Only the nucleation of small isolated gold nanoparticles in solution was observed, and no substantial variation in the size/shape of nanocrystals was detected, even if the reaction was allowed to run for several hours.
Figure S3. XRD pattern from a sample of pseudo-cubic shaped PbTe nanocrystals coated with a thick amorphous shell (see Figure 1 in the paper), and fit of the pattern by the program FULLPROF.

Average apparent size: 85.81 Å
Figure S4. XRD pattern from a sample of pseudo-cubic shaped PbTe nanocrystals coated with a thick amorphous shell, after they are reacted with the AuCl₃ solution for 5 min at 90°C (see Figure 3 in the paper), and fit of the pattern by the program FULLPROF.

Average apparent size: 71.30 Å